Advance on Al$_2$O$_3$ Particulates Reinforced Aluminum Metal Matrix Composites (Al-MMCs) Manufactured by the Power Metallurgy Techniques- Microstructure and Properties

Lina Xu$^{1, 2, a}$, Xuetao Yue$^{2, b}$, Fengqing Zhang$^{2, c}$, Qingbo Tian$^{2, d}$ *

$^1$ Co- Innovation Center of Green Building, Shandong Jianzhu University, Shandong Provence, 250101, China
$^2$ School of Material Science & Engineering, Shandong Jianzhu University, Jinan 250101, China

$a$ xln@sdjzu.edu.cn, $b$ yuexuetao@sdjzu.edu.cn, $c$ 13791030675@163.com, $d$ tqb11@163.com

Keywords: Al-MMCs, Al$_2$O$_3$ particulates, Power metallurgy, Microstructure, Properties.

Abstract. Aluminum metal matrix composites (Al-MMCs) with Al$_2$O$_3$ particulates as reinforcement fabricated by the power metallurgy (PM) techniques have gained much attention due to their unique characteristics, which combine the roles of the process method, Al$_2$O$_3$ particles and aluminum matrix. The contents and sizes, locations and dispersion of Al$_2$O$_3$ particles on the matrix affect the mechanical behaviors and ultimate properties of the composites, which depend on microstructure of the final composites, usually including porosity, the grain size of composites and the dispersion of Al$_2$O$_3$ particle in the matrix. The agglomeration and segregation of the particles deteriorate the mechanical properties of composites.

Introduction

Aluminum and its alloys have gained significant attention as matrix material for Al metal-matrix composites (Al-MMCs) for their low density, high strength, high hardness and high-specific elastic modulus etc. [1-7]. Among them, Al$_2$O$_3$ particulates reinforced Al-MMCs by the powder metallurgy (PM) techniques have been the subject of intensive research in recent years for several reasons [8-12]. First, Al$_2$O$_3$ particles are characterized by high stability, inert and thermal stability, and low-cost effectiveness compared to Al$_2$O$_3$ fibers, making it one of the most popular in the strengthening particles, such as SiC, AlN, BN, and so on [2, 13-15]. Second, the PM methods has been outstandingly developed recently and become one of the most effective and economical methods for manufacturing Al-MMCs, which can diminish the segregation and agglomeration of the reinforcement particles, as well as harmful reactions at the interface[16-18]. Third, the PM techniques are believed to be a more suitable process than other methods for the production of Al-MMCs [19-21]. In fact, it is an challenge to uniformly disperse Al$_2$O$_3$ particulate by other processing route due to the poor wettability of Al$_2$O$_3$ particulate at matrix-reinforcement interface [17, 22], whereas, the segregation effect and intermetallic phase formation can be reduced by the PM process, especially compared with the liquid state processes [23, 24].

The physical and mechanical properties of the Al-MMCs fabricated by PM technique are influenced by the characteristics of both matrix and Al$_2$O$_3$ particles, and by the processing variables. The former mainly involves Al$_2$O$_3$ particle content and its size, particle size distribution of both matrix and Al$_2$O$_3$ powders, and dispersion of reinforcement particles in the matrix, and so on. The latter comprises the mixing procedures, compaction types and pressure, sintering methods and process parameters (temperature, heating rate and time) [25].

Based on the above, there are many factors affecting the properties of Al-MMCs, however, the properties ultimately depend on microstructure of the final composites, usually including porosity, the grain size of composites and the dispersion of Al$_2$O$_3$ particle in the matrix. These basic characteristics of composites are thought to be controlled by the mixing methods and sintering process. In the PM processes, the mixing process is the key step towards a homogeneous distribution throughout the consolidated composite material [26-28]. The agglomeration and...
segregation of the particles undoubtedly deteriorate the mechanical properties of composites. It has been one of the most main research orientations to diminish the agglomeration and segregation of particles, and great progress has been made in recent decades. In this paper, the advances referred to above are reviewed on microstructure and typical properties in Al$_2$O$_3$ particles-reinforced Al-MMCs developed by PM techniques.

Microstructure

The Al$_2$O$_3$ particles content had great influences on microstructure of the Al-MMCs. The addition of alumina particles would impede the grain growth, leading to finer grain structure. Rahimian et al [29] revealed that the grain sizes became smaller with higher alumina concentration in the pure Al matrix reinforced with micron-sized Al$_2$O$_3$ particles. However, the clustering was found in the samples with above 10wt% alumina content; even the heterogeneous particle distribution was observed in the samples containing 20wt% alumina. Hesabi et al [30] also observed that the addition of the Al$_2$O$_3$ reinforcement particles profoundly decreased the average particle size of the matrix particles. The role of addition of Al$_2$O$_3$ particles to decrease the grain sizes seemed to be derived initially from the fabrication and compaction of composite powders. The hard particle accelerated the fracture process of the aluminum particles [31]. The higher volume fraction of alumina phase resulted in smaller particle size of composite powders. And then when sintered, the finer grains of the composites could be obtained [16].

The microstructure of Al-MMCs was also influenced by Al$_2$O$_3$ particle size [32, 33]. Rahimian et al [24] studied the Al$_2$O$_3$ particle-reinforced aluminum composites with 3 µm, 12 µm and 48 µm particles. The results showed that the larger particle size of reinforcement led to larger grain size in the microstructure. It was not obscure to understand this because the additions of Al$_2$O$_3$ particles acted as a barrier against the movement of the grain boundaries during the sintering processes. As the particle size of the strengthening phase increased, the distance apart from the reinforcements was also increased. So the large grains were expected [24]. In the samples Al6061 with 3 vol% Al$_2$O$_3$ (30 nm, 1 µm and 60 µm), the same tendency of the grain size of matrix also had been detected. After milling and hot pressing, the grain size of composites was measured as 41 nm, 53 nm and 59 nm, respectively.

However, with the decrease of particle size, the agglomeration tendency between them was strengthened because of the large specific surface characteristics. In the 10 wt% Al$_2$O$_3$ particle-reinforced composite, the great amount of clustering had been occurred [24]. The results were also confirmed by Kok’s research [13], in which the microstructures revealed that the dispersion of the coarser particles was more uniform while the finer particles led to agglomeration and segregation. This phenomenon of the particles could be much more aggravated when nano-scaled alumina particles were the added. Fortunately, some improved processes, such as ball milling, extruding process, could be adopted to diminish the agglomeration to achieve the uniform distribution of particles in the matrix [30, 31].

It was well known that the higher sintering temperatures promoted the formation of denser structure due to higher diffusion rates [34], and stronger bonding between the particles [24]. However, with the rise of sintering temperature, the grain became coarsening over time, which led to lower strength and hardness [24]. This will be discussed in the following paragraphs. The grain coarsening could be compensated by the pin effect of the finer alumina. In the sample reinforced by 7 vol% nano-alumina, the grain size remained between 50 nm and 150 nm approximately [16]. Even heated for up to 480 min at 640°C, the overall neck growth and particle coarsening were hindered, although several neck junctions could be observed in the microstructure.

Density and Hardness

The density of alumina is 3.97 g/cm$^3$, while the density of pure Al and Al alloys are between 2.7-2.8 g/cm$^3$. Apparently, the density of alumina is higher than that of aluminum and aluminum alloys. As alumina was introduced to the mixture, it increased the sintered density. However, the
sintered density was not proportional to the amount of alumina since alumina addition led to the formation of pores in the microstructure [29]. The relative density was a criterion of evaluating a composite’s porosity and compactness. In general, any causes, if they induced formation of the porosity in the microstructure, the relative density would undoubtedly reduce.

Many researchers had proved this. The relative density was decreased from 99.0% (0% Al$_2$O$_3$) to 95.1% (20% Al$_2$O$_3$) in a Al-MMCs with micro-sized particles [29, 32]. In the samples sintered for 120 min at 640°C, a slight decrease in the relative density from 93.5% to 90.0% was noticed as the volume fraction increases from 1.0% to 7.0%. Whereas, in the samples with same sintering conditions, the effect of vol% of nano-alumina powder contents on relative density was noticeable. The addition of nano-alumina powder caused a considerable reduction in the relative density from 96.8% to 89.0%. It was suggested that a higher volume fraction resulted in a smaller interparticle spacing, which caused a negative effect on the sintering for the presence of the rigid particles at surfaces, and accordingly brought the decreasing of relative density [16]. Rahimian et al [29, 35] concluded that it was caused by reduction in compressibility of the powder and the inhibiting effect of alumina in the rearrangement of the particles during sintering, due to a great difference in the melting points of the matrix and the reinforcement.

The smaller reinforcement particle size had a similar effect with the higher volume fraction, both of which caused a smaller interparticle spacing. The increasing of Al$_2$O$_3$ particle sizes also increased the relative density of Al-MMCs. Raising the particle size of Al$_2$O$_3$ from 3 µm to 12 µm led to the relative density increasing from 96.5% to 96.8% [24]. In the sample with 7 vol% nano-alumina powders, the maximum relative density of 89.5% could be obtained, which was far lower than that of sample with submicron Al$_2$O$_3$ particle, of which the maximum relative density of 94.1% could be achieved [16]. However, some controversial results were also observed. In the reference [24], an increase in size from 12 µm to 48 µm resulted in a little low of 0.8% in the relative density. In Al6061 matrix nonocomposites with Al$_2$O$_3$ particles reinforcement, the relative density had an outstanding increasing from 78% to 98%, as the particle size changed from 1 µm to 30 nm. It seemed that the relative density showed a tendency of serrated changes with the particle sizes. Rahimian et al [24] attributed those to two concurrent consolidation mechanisms acting between the reinforcement phase and the metal one, in which smaller alumina particle size led to less porosity increasing the relative density. Moreover, large alumina particles reduced the contact area between the aluminum particles, leading to higher porosity and lower relative density.

The relative density was also greatly influenced by the sintering temperature and sintering time. In a Al-MMCs with Al$_2$O$_3$ particles sintered at 500°C, the relative density was 96.8% [24]. Raising the sintering temperature to 550°C led to an increase of the relative density of 98.3%. At 600°C, the relative density of as high as 99.1% was obtained. With the extension of sintering time, the densification of composite was strengthened, and the relative density also increased. The relative density of a submicron alumina reinforced composites (3 vol%) increases rapidly to 93.0% during first 120 min [16]. However, over-extension sintering time was proved not to be always effective on the rise of the relative density. After a critical point, the relative density would be increased slowly or even leveled off. This phenomenon was observed by many authors [16, 29, 35]. Moreover, the rise of sintering temperature or/and length of sintering time usually induced the grain coarsening [24], as well as the rise of the fabricating cost.

According to the rule of mixtures, the addition of Al$_2$O$_3$ also increases the hardness of the composites since the hardness of alumina is much higher than that of matrix. However, hardness change was more complicated with processes compared to the relative density. Except for porosity, both the particles and the matrix also influenced the hardness of Al-MMCs [32]. Higher porosity causes an obvious reduction in hardness [16]. Accordingly, higher relative density results in increasing in hardness. Just mentioned above, the coarser grains also led to lower hardness [24]. The increasing of Al$_2$O$_3$ contents increased the hard-phase, which would increase the hardness [36-39]. However, the further increasing of Al$_2$O$_3$ contents decreased relative density, which would accordingly decreased the hardness. So was the sintering process, in which similar rules were also observed. The effects of sintering temperature and time should not be considered separately [24].
The increased temperature and extended time induced the sintering of composites, and induced the growth of grains simultaneously.

**Mechanical Properties**

The strength of Al-MMCs material is influenced by the microstructure and alumina reinforcement. Alumina particle has a strengthening effect, which is dominant at low concentrations. At the same time, it has another effect, which increases the amount of porosity in the composite material. It becomes more obvious at high concentrations [13, 34, 40]. It was suggested that there would be a critical alumina content, above or below which the mechanical strength of composites was both lowered [29, 41]. Some results proved this. In a Al-MMCs with 12 µm alumina particles, the peaks of yield strength and compressive strength were seen as the amount of 10wt% alumina was introduced into the matrix, in which, the yield and compressive strength of composites sintered at 550°C were 190 MPa and 278 MPa respectively. However, it was found that the minimum fraction of reinforcement phase was needed for strengthening Al-Al$_2$O$_3$ MMC [30, 33, 39]. Mazen [25] confirmed that the Al-2.5wt%Al$_2$O$_3$ showed reduction in strength compared to the unenforced matrix for the ineffective strengthening.

The rise in sintering temperature and the extending sintering time could contribute to increase in yield and compressive strength. This might be due to the denser structure under longer time and higher bonding strength between Al$_2$O$_3$ and matrix under higher temperature [42]. Yet, The large grain size of composites, which was induced by high sintering temperature and long sintering time, would decrease the strength of material.

The wear rate was greatly influenced by the hardness of composites [35, 43]. In a Al-MMCs sample, a reduction of 32% wear rate of the composites was achieved as the hardness increased from 47 HBN to 62 HBN [29]. Al-Qutub et al [37] reported that the hardness increased linearly with increasing the Al$_2$O$_3$ concentration in 6061Al-MMCs. The addition of 10vol% alumina in the composite increased the wear resistance by 45% on average. And with increase of alumina content, the wear resistance also improved. The improvement of wear resistances by 113% and 145% over the aluminum alloy were obtained respectively in the composite with 20vol% and 30vol% alumina. Similar result also obtained by Soma Raju et al [44], Hosking et al [45] and Hosseini et al [32]. However, the reduction of the wear rate was not completely consistent with the lift of hardness [41, 46]. A reduction of the wear rate was not observed as expected with the increase in hardness from 62 HBN to 74 HBN, which was caused by the increase in alumina content from 10wt% to 20wt% [29]. Some researchers ascribed it to the rise of porosity of composites, which decreased surface hardness and counteracted the effects of hardness [41, 47-49]. Moreover, with increasing the amount of Al$_2$O$_3$ particles, the agglomeration and cluster of particles induced the particles detach from the matrix to increase the wear rate, which would neutralize the effect of hardness of composites. The homogeneous dispersion in the matrix and good bonding with the matrix might be the keys to increase the wear resistance.

The effects of Al$_2$O$_3$ particle sizes on the wear rate had various results, some of which were opposite. The increasing Al$_2$O$_3$ particle size caused wear rate to increase in the Al6061-3 vol.% Al$_2$O$_3$ nanocomposite [32, 50]. They proposed that the finer of Al$_2$O$_3$ had changed the governing wear mechanism from delamination to abrasion. However, Hosking et al [45] had demonstrated a decrease in wear rate of 2024Al/Al$_2$O$_3$ composites with increasing particle size. The same tendency of wear rate with Al$_2$O$_3$ particle size was also observed by Kök et al [51], Roy et al [41] and Capus [52]. They considered that under the sliding wear testing conditions, the main wear mechanism was micro cutting and micro ploughing for the composites containing small particles, whereas it was grinding for the composites containing large particles [53]. Because of the different wear mechanisms, the wear resistance of the composites containing larger particles was higher than that of those containing small ones. The completely reverse results obtained by various authors might stem from ignoring the induced collateral effects by Al$_2$O$_3$ particles sizes, only focusing on the particle size itself.
Summary and Prospects

The advances have been reviewed on microstructure and properties of Al$_2$O$_3$ particulates reinforced Al-MMCs produced by the PM techniques. It is worth studying to control the characters of Al matrix and to optimize its bonding with Al$_2$O$_3$ particles. Outstanding progress has been made and still is potential research work to control the microstructures and to increase the properties of composites at a low cost. Most research so far has focused on more Al$_2$O$_3$ particles than aluminum matrix. The composite with smaller Al particles has proved to be endowed with higher values of the relative density and higher elastic moduli than that of composite with large Al particles [54]. The use of ultra-fine Al powders matrix will bring up new appealing benefits when compared to coarse powders.

References

[1] R. D. Haghighi, Effect of ECAP and extrusion on particle distribution in Al-nano-Al$_2$O$_3$ composite, Bull. Mater. Sci. 38 (2015) 1205-1212.

[2] J. D. R. Selvam, D. S. R. Smart, I. Dinaharan, Microstructure and some mechanical properties of fly ash particulate reinforced AA6061 aluminum alloy composites prepared by compocasting, Mater. Des. 49 (2013) 28-34.

[3] H. Su, W. Gao, Z. Feng, et al, Processing, microstructure and tensile properties of nano-sized Al$_2$O$_3$ particle reinforced aluminum matrix composites, Mater. Des. 36 (2012) 590-596.

[4] A. R. N. Abed, I. R. Ibrahim, Microstructural and mechanical characterization of 7075 aluminum alloy reinforced by alumina nanoparticle dispersion, Int. J. Mech. Eng. Tech. 4(2013)286-294.

[5] M. Balog, P. Krizik, M. Nosko, et al, Forged hitemal: Al-based MMCs strengthened with nanometric thick Al$_2$O$_3$ skeleton, Mater. Sci. Eng. A, 613 (2014) 82-90.

[6] A. H. C. Duwel, K. M. Mussert, M. Janssen, et al, A study on the fracture toughness of Al-based MMCs containing different volume fractions Al$_2$O$_3$, J. Mater. Sci. Lett. 20(2001) 1147-1150.

[7] M. Rosso, Ceramic and metal matrix composites: Routes and properties, J. Mater. Process. Tech. 175 (2006) 364-375.

[8] M. Kouzeli, L. Weber, C. San Marchi, et al, Influence of damage on tensile behavior of pure aluminum reinforced with ≥40vol. pct alumina particles, Acta Mater. 49(2001) 3699-3709.

[9] A. Wlodarczyk-Fligier, L. A. Dobrzański, M. Adamiak, Influence of heat treatment on properties and corrosion resistance of Al-composite, J. Achi. Mater. Manuf. Eng. 21 (2007) 55-58.

[10]H. J. Rack, Fabrication of high performance powder-metallurgy aluminum matrix composites, Adv. Mater. Manuf. Process. 3 (1988) 327-358.

[11]W. H. Hunt Jr, New directions in aluminum-based P/M materials for automotive application, Int. J. Powder Metall. 36 (2000) 51-60.

[12]V. Balasubramanian, J. Senthilkumar, M. Balasubramanian, Optimization of the corrosion behavior of AA7075 Al/SiC$_p$ and Al/Al$_2$O$_3$ composites fabricated by powder metallurgy, J. Reinf. Plast. Compos. 27 (2008) 1603-1613.

[13]M. Kok, Production and mechanical properties of Al$_2$O$_3$ particle-reinforced 2024 aluminum alloy composites, J. Mater. Process. Tech. 161 (2005) 381-387.

[14]T. Das, P. R. Munroe, S. Bandyopadhyay, The effect of Al$_2$O$_3$ particulates on the precipitation behaviour of 6061 aluminum-matrix composites, J. Mater. Sci. 31 (1996) 5351-5361.

[15]B. Prabhu, C. Suryanarayana, L. An, R. Vaidyanathan, Synthesis and characterization of high volume fraction Al-Al$_2$O$_3$ nanocomposite powders by high-energy milling, Mater. Sci. Eng. A, 425
192-200.

[16] S. S. Razavi-Tousi, R. Yazdani-Rad, S. A. Manafi, Effect of volume fraction and particle size of alumina reinforcement on compaction and densification behavior of Al-Al$_2$O$_3$ nanocomposites, Mater. Sci. Eng. A, 528 (2011) 1105-1110.

[17] D. K. Koli, G. Agnihotri, R. Purohit, A Review on properties, behaviour and processing methods for Al-nano Al$_2$O$_3$ composites, (ICMPC 2014) Procedia Mater. Sci. 6 (2014) 567-589.

[18] A. Olszówka-Myaliska, J. Szala, J. Cwajna, Characterization of reinforcement distribution in Al/(Al$_2$O$_3$)$_p$ composites obtained from composite powder, Mater. Charact. 46 (2001) 189-195.

[19] S. W. Lai, D. D. L. Chung, Fabrication of particulate aluminum-matrix composites by liquid metal infiltration, J. Mater. Sci. 29 (1994) 3128-3150.

[20] J. M. Torralba, C. E. da Cost, F. Velasco, P/M aluminum matrix composites: an overview, J. Mater. Process. Tech. 133 (2003) 203-206.

[21] A. R. I. Kheder, G. S. Marahleh, D. M. K. Al-Jamea. Strengthening of aluminum by SiC, Al$_2$O$_3$ and MgO, Jordan J. Mech. Ind. Eng. 5 (2011) 533-541.

[22] N. Shao, J. W. Daia, G. Y. Li, et al, Effect of La on the wettability of Al$_2$O$_3$ by molten aluminum, Mater. Lett. 58 (2004) 2041-2044.

[23] C. Tatar, N. Özdemir, Investigation of thermal conductivity and microstructure of the α-Al$_2$O$_3$ particulate reinforced aluminum composites (Al/Al$_2$O$_3$-MMC) by powder metallurgy, Physica B, 405 (2010) 896-899.

[24] M. Rahimian, N. Ehsani, N. Parvin, et al, The effect of particle size, sintering temperature and sintering time on the properties of Al-Al$_2$O$_3$ composites, made by powder metallurgy, J. Mater. Process. Tech. 209 (2009) 5387-5393.

[25] A. A. Mazen, A. Y. Ahmed, Mechanical behaviour of Al-Al$_2$O$_3$ MMC manufactured by PM technique, Part I: Scheme I processing parameters, J. Mater. Eng. Perform. 7 (1998) 393-401.

[26] M. K. Jain, V. V. Bhanuprasad, S. V. Kamat, et al, Processing, microstructure and properties of 2124 Al-SiCp composites, Int. J. Powder Metall. 29(1993) 267-275.

[27] K. Hanada, Y. Murakoshi, H. Negishi, et al, Microstructures and mechanical properties of Al-Li/SiCp composite produced by extrusion processing, J. Mater. Process. Tech. 63(1997) 405-410.

[28] M. J. Tan, X. Zhang, Powder metal matrix composites: selection and processing, Mater. Sci. Eng. A, 244 (1998) 80-85.

[29] M. Rahimian, N. Ehsani, N. Parvin, et al, The effect of sintering temperature and the amount of reinforcement on the properties of Al-Al$_2$O$_3$ composite, Mater. Des. 30(2009) 3333-3337.

[30] Z. R. Hesabi, H. R. Hafizpour, A. Simchi, An investigation on the compressibility of aluminum/nano-alumina composite powder prepared by blending and mechanical milling, Mater. Sci. Eng. A, 454-455 (2007) 89-98.

[31] Z. R. Hesabi, A. Simchi, S. M. S. Reihani, Structural evolution during mechanical milling of nano-metric and micrometric Al$_2$O$_3$ reinforced Al matrix composites, Mater. Sci. Eng. A, 428(2006) 159-168.

[32] N. Hosseini, F. Karimzadeh, M. H. Abbasi, et al, Tribological properties of Al6061- Al$_2$O$_3$ nanocomposite prepared by milling and hot pressing, Mater. Des. 31 (2010) 4777-4785.

[33] A. A. Mazen, Effect of deformation temperature on the mechanical behavior and deformation mechanisms of Al-Al$_2$O$_3$ metal matrix composites, J. Mater. Eng. Perform, 8 (1999) 487-495.

[34] D. K. Koli, G. Agnihotri, R. Purohit, Properties and characterization of Al-Al$_2$O$_3$ composites processed by casting and powder metallurgy routes (review), Int. J. Latest Trends Eng. Tech, 2
(2013) 486-496.

[35] M. Rahimian, N. Parvin, N. Ehsan, The effect of production parameters on microstructure and wear resistance of powder metallurgy Al-Al₂O₃ composite, Mater. Des. 32 (2011) 1031-1038.

[36] G. Abouelmagd, Hot deformation and wear resistance of P/M aluminum metal matrix composites, J. Mater. Process. Tech. 155-156 (2004) 1395-1401.

[37] A. M. Al-Qutub, I. M. Allam, T. W. Qureshi, Effect of sub-micron Al₂O₃ concentration on dry wear properties of 6061 aluminum based composite, J. Mater. Process. Tech. 172 (2006) 327-331.

[38] L. A. Dobrzański, A. Włodarczyk, M. Adamiak, The structure and properties of PM composite materials based on EN AW-2124 aluminum alloy reinforced with the BN or Al₂O₃ ceramic particles, J. Mater. Process. Tech. 175 (2006) 186-191.

[39] L. A. Dobrzański, A. Włodarczyk, M. Adamiak. Structure, properties and corrosion resistance of PM composite materials based on EN AW-2124 aluminum alloy reinforced with the Al₂O₃ ceramic particles, J. Mater. Process. Tech. 162-163 (2005) 27-32.

[40] F. Bonollo, L. Ceschini, G. L. Garagnani, Mechanical and impact behaviour of (Al₂O₃)₀/2014 and (Al₂O₃)₀/6061 Al metal matrix composites in the 25-200°C range, Appl. Compos. Mater. 4 (1997) 173-185.

[41] M. Roy, B. Venkataraman, et al. The effect of particulate reinforcement on the sliding wear behaviour of aluminum matrix composites, Metall. Trans. A, 23 (1992) 2833-2847.

[42] E. Saiz, A. P. Tomsia, K. Sugarunuma, Wetting and strength issues at Al/α–alumina interfaces, J. Eur. Ceram. Soc. 23 (2003) 2787-2796.

[43] M. Kök and K. Özdin, Wear resistance of aluminum alloy and its composites reinforced by Al₂O₃ particles, J. Mater. Process. Tech. 183 (2007) 301-309.

[44] K. S. Raju, V. V. Bhanu Prasad, G. B. Rudraksh, et al, PM processing of Al-Al₂O₃ composites and their characterisation, Powder Metall. 46 (2003) 219-223.

[45] F. M. Hosking, F. F. Portillo, R. Wunderlin, et al, Composite of Al alloys: fabrication and wear behavior, J. Mater. Sci. 17 (1982) 477-498.

[46] O. Yılmaz, S. Buytoz, Abrasive wear of Al₂O₃-reinforced aluminum-based MMCs, Compos. Sci. Tech. 61 (2001) 2381-2392.

[47] Y. Sahin, Wear behavior of Al-Al₂O₃ reinforced composites, Adv. Mater. Res. 308-310 (2011) 1577-1581.

[48] G. Straffelini, F. Bonollo, A. Molinari, et al. Influence of matrix hardness on the dry sliding behaviour of 20 vol. % Al₂O₃-particulate-reinforced 6061 Al metal matrix composite, Wear, 211 (1997) 192-197.

[49] M. H. Korkut, Effect of particulate reinforcement on wear behaviour of aluminum matrix composites, Mater. Sci. Tech. 20 (2004) 73-81.

[50] J. Zhang, A. T. Alpas, Wear regimes and transitions in Al₂O₃ particulate-reinforced aluminum alloys, Mater. Sci. Eng. A, 161 (1993) 273-284.

[51] M. Kök, Abrasive wear of Al₂O₃ particle reinforced 2024 aluminum alloy composites fabricated by vortex method, Compo. Part A, Appl. Sci. Manuf. 37 (2006) 457-464.

[52] J. M. Capus, Advances in powder metallurgy processing, Adv. Mater. Process, 156 (1999) 33-35.

[53] R. L. Deuis, C. Subrammanian, J. M. Yellup, Abrasive wear of aluminum composites- a review, Wear, 201 (1996) 132-144.

[54] F. Amaral, M. Valente, L. C. Costa, Thermal and mechanical properties of Al/Al₂O₃ composites at elevated temperatures, Mater. Sci. Eng. A, 531 (2012) 18-27.